Direct optical detection of current induced spin accumulation in metals by magnetization-induced second harmonic generation

A. Pattabi, Z. Gu, J. Gorchon, Y. Yang, J. Finley, J. Lee, A. Raziq, S. Salahuddin, J. Bokor

To cite this version:


HAL Id: hal-02105803
https://hal.univ-lorraine.fr/hal-02105803
Submitted on 21 Apr 2019

HAL is a multi-disciplinary open access archive for the deposit and dissemination of scientific research documents, whether they are published or not. The documents may come from teaching and research institutions in France or abroad, or from public or private research centers.

L’archive ouverte pluridisciplinaire HAL, est destinée au dépôt et à la diffusion de documents scientifiques de niveau recherche, publiés ou non, émanant des établissements d’enseignement et de recherche français ou étrangers, des laboratoires publics ou privés.
Direct optical detection of current induced spin accumulation in metals by magnetization-induced second harmonic generation

A. Pattabi, Z. Gu, J. Gorchon, Y. Yang, J. Finley, O. J. Lee, H. A. Raziq, S. Salahuddin, and J. Bokor

ARTICLES YOU MAY BE INTERESTED IN

Optical detection of spin Hall effect in metals

Absence of detectable current-induced magneto-optical Kerr effects in Pt, Ta, and W
Applied Physics Letters 109, 172402 (2016); https://doi.org/10.1063/1.4966276

Absence of detectable MOKE signals from spin Hall effect in metals
Applied Physics Letters 110, 042401 (2017); https://doi.org/10.1063/1.4974044
Direct optical detection of current induced spin accumulation in metals by magnetization-induced second harmonic generation

A. Pattabi, Z. Gu, J. Gorchon, Y. Yang, J. Finley, O. J. Lee, H. A. Raziq, S. Salahuddin, and J. Bokor
1Department of Electrical Engineering and Computer Sciences, University of California, Berkeley, California 94720, USA
2Lawrence Berkeley National Laboratory, 1 Cyclotron Rd., Berkeley, California 94720, USA

(Received 11 August 2015; accepted 29 September 2015; published online 13 October 2015)

The utilization of the spin degree of freedom of electrons has led to the success of spintronics in high density magnetic memory devices.1 Spin polarized currents2,3 are being increasingly used to apply magnetic spin transfer torques for magnetization switching in magnetic devices as they operate at switching currents orders of magnitude lower than traditional Oersted field switching.4–6 The spin-orbit torque effect, typically identified as the spin-Hall effect,7–10 which is the generation of a spin current transverse to an applied charge current as a result of spin-orbit coupling, has emerged as a promising new low current switching technique, particularly with the demonstration of giant spin-Hall effect in the highly resistive material, transverse to the charge current direction.11

The transverse spin accumulation that arises from a charge current is usually quantified by the spin-Hall angle \( \theta_{\text{SH}} = J_s H_r \), where \( J_s \) is the charge current and \( J_r \) is the transverse spin current density. Large spin-Hall angles have been measured in heavy metals such as Pt,12 \( \beta \)-Ta,10,13 and \( \beta \)-W.13 Although optical techniques have been used to detect and measure the current induced spin accumulation in semiconductors such as AlGaAs,14 GaAs,11,15 and strained InGaAs,11 until recently the effect in metals was studied exclusively by electronic methods16 or by the study of its interaction with a magnet.10,12,17 Direct detection of the current induced spin accumulation in non-magnetic metals was recently reported by van ’t Erve et al.18 with magneto-optical Kerr effect (MOKE), and with spin polarized positron beams by Zhang et al.19 A direct optical probe of the effect in the non-magnetic material is attractive because it allows separation of the effect of the spin-current in the non-magnetic metal from the spin-transport across the non-magnetic/magnetic interface.

Here, we propose an alternate technique to directly probe the current induced spin accumulation at the surface optically through magnetization-induced second harmonic generation (MSHG).20 Second order nonlinear optical effects are observable only in systems where both space-inversion and time reversal symmetries are broken, and hence, the MSHG signal is only sensitive to the magnetization at surfaces and interfaces. This is ideal for our measurements as the current induced spin polarization accumulates in a very thin layer at the surfaces of thin films. Although spin accumulation has already been optically probed with MOKE,18 the signal to noise ratio (SNR) was extremely low for the W films they measured (SNR ~ 5:1) and insufficient for Pt films (SNR ~ 2:1). Moreover, the MSHG sensitivity at surfaces and interfaces has been shown to be up to 2 orders of magnitude higher than with traditional MOKE.21 Also, the reflected second harmonic intensity is proportional to the square of the incident intensity.20,22 As a consequence of this, the effective optical skin depth in metals for MSHG is half the skin depth for a linear magneto-optic technique such as MOKE. Therefore, the signal contribution from the bottom interface of the metal film is significantly reduced compared to the case of MOKE, which allows for the study of thinner films. We report here the detection of the current induced spin accumulation in thin films of Pt, \( \beta \)-Ta, and Au through MSHG. In our experiments, we utilize a pulsed laser that enables an easy and direct observation of time-dependent dynamics of the spin accumulation that follows the applied current pulse, which is reported here for Pt films. The MSHG technique presented here can also be used complementary to MOKE to gain further insights into the spin accumulation mechanism.20

© 2015 AIP Publishing LLC. [http://dx.doi.org/10.1063/1.4953094]
Sputtered Pt and β-Ta films, and evaporated Au films of different thicknesses on a thermally oxidized Si substrate patterned into 50 μm × 50 μm squares and contacted with 80 nm thick evaporated gold contacts served as our samples (see Fig. 1 inset). The laser used was an 800 nm wavelength, regeneratively amplified Ti:sapphire laser which outputs ~70 fs pulses, each of energy up to ~1 μJ, at 252 kHz repetition rate. A polarizer was used to render the incident beam p-polarized. The laser beam was incident at an angle of 45° on the sample surface, focused to a ~30 μm spot. The beam was attenuated to produce a maximum incident fluence at the sample estimated to be approximately 300 μJ/cm². The reflected light was filtered such that only the 400 nm second harmonic is passed, and the dominant 800 nm fundamental was removed. This was then passed through another p-polarized polarizer to a photo multiplier tube. The output was amplified, and the second harmonic intensity was measured by a photon counter. The schematic of our setup is shown in Fig. 1. Alternate positive and negative current pulses, each 200 ns in duration with amplitude in the range of ~150 mA, separated by the laser pulse period, were applied and synchronized with the arrival of laser pulses onto the sample. For the described configuration of the polarizers, the measured magnetic asymmetry signal from MSHG is sensitive to the component of magnetization $M_y$ transverse to the plane of incidence.\textsuperscript{20,22} This is indeed the expected polarization direction of accumulated spins as the current in the sample is in the plane of incidence as shown in the schematic in Fig. 1. The intensity of the reflected second harmonic in a 10 nm Pt film was confirmed to vary quadratically with the incident fluence up to ~500 μJ/cm² (see Fig. S1 in supplementary material).

We measured the magnetic asymmetry or contrast $A$ defined in Eq. (1),\textsuperscript{20} where $I^{2\alpha}(M)$ is the intensity of the second harmonic for a surface magnetization of $M$. In the case of current induced spin accumulation, the magnetization $(\pm M)$ at the surface of the film is related to the spin accumulation, which is proportional to the applied current $(\pm J)$.

\begin{equation}
A = \frac{I^{2\alpha}(+M) - I^{2\alpha}(-M)}{I^{2\alpha}(+M) + I^{2\alpha}(-M)} = \frac{I^{2\alpha}(+J) - I^{2\alpha}(-J)}{I^{2\alpha}(+J) + I^{2\alpha}(-J)}.
\end{equation}

The asymmetry for a ferromagnetic in-plane magnetized CoFeB film was found to be ~80% with an external field of ±40 mT and no current in the sample.

We utilize the asymmetry normalized with the applied charge current density $(A/J_c)$ as a measure of the spin accumulation because the spin accumulation scales with $J_c$. For a 20 nm thick Pt sample, an asymmetry $A$ of 6.1% was observed for a current density of $J_c = 1.5 \times 10^7$ A/cm² with 10 $V_{p-p}$ driving voltage. The sample stage was rotated and the asymmetry $A$ was plotted as a function of $\theta$, the angle between the current direction, and the plane of incidence, as shown in Fig. 2(a). As can be seen, the asymmetry varies as $\cos \theta$. The magnetic asymmetry $A$ is zero when the current is perpendicular to the plane of incidence and changes sign if the sample is rotated further. The setup being sensitive to $M_y$ proves that the magnetization component we measure is perpendicular to the current, and that its direction changes with that of the current. Furthermore, Fig. 2(b) shows that $A$ scales linearly with the amplitude of the current pulses applied through the film, as is expected. It is important to ensure that the measured signal

\begin{figure}[h]
\centering
\includegraphics[width=\textwidth]{Fig1.png}
\caption{Schematic of the magnetization-induced second harmonic generation set-up. The current $J$ is applied along $x$ and the magnetization $M$ due to spin accumulation is along $y$, perpendicular to the plane of incidence. The current pulses and photon counter are synchronized with the laser pulse with a delay generator. Inset: Microscope image of the sample.}
\end{figure}

\begin{figure}[h]
\centering
\includegraphics[width=\textwidth]{Fig2.png}
\caption{(a) Magnetic asymmetry as a function of the angle $\theta$ between the direction of current and the plane of incidence (yellow dotted line in inset). The MSHG signal in the reported configuration is sensitive to the component of magnetization transverse to the plane of incidence. The cosine dependence of $A$ on $\theta$ indicates that the magnetization is perpendicular to the direction of current. (b) Magnetic asymmetry as a function of the amplitude of the current pulses in the 20 nm Pt sample.}
\end{figure}
does not arise from spin polarization due to the Oersted magnetic field generated by the charge current. The amplitude of the current pulse through the film being 150 mA, the Oersted field at the surface of the film is calculated to be approximately 1.9 mT. However, the asymmetry remained unchanged when a larger transverse magnetic field of 40 mT was applied along y using an external magnet, in conjunction with the current. Thus we rule out the possibility of the MSHG signal arising from the Oersted field of the current, and conclude that the asymmetry is a measure of the spin-orbit induced spin accumulation in our sample.

Table I summarizes the measured normalized asymmetry for different samples with current in the plane of incidence. All the measurements were done with the current direction in the plane of incidence, with a 10 Vp-p driving voltage. The asymmetry measured was then divided by the corresponding current density in order to obtain the normalized asymmetry reported in the table. The asymmetry for all the samples with zero current was found to be zero within the shot noise level. The high resistivity 30 nm β-Ta film was sputtered and capped with a 1 nm sputtered layer of Ti to prevent the oxidation of the top surface of Ta since the MSHG signal is extremely sensitive to surface smoothness and oxidation.20 We believe that the asymmetry in the normal metal surface independently of the current pulse on the time scale of 200 μs is zero within the limits of the experimental noise.

Table I. The magnetic asymmetry A normalized with charge current density \( J_{C} \) for different metallic films with current direction along the plane of incidence and 10 Vp-p driving voltage.

<table>
<thead>
<tr>
<th>Sample</th>
<th>Asymmetry/Current density [% cm(^{-2})/(10(^7) A)]</th>
</tr>
</thead>
<tbody>
<tr>
<td>Pt (10 nm)</td>
<td>5.12 (±0.51)</td>
</tr>
<tr>
<td>Pt (20 nm)</td>
<td>4.05 (±0.68)</td>
</tr>
<tr>
<td>β-Ta (30 nm)/Ti (1 nm)</td>
<td>−5.78 (±2.02)</td>
</tr>
<tr>
<td>Au (10 nm)</td>
<td>1.10 (±0.04)</td>
</tr>
<tr>
<td>Au (20 nm)</td>
<td>0.50 (±0.04)</td>
</tr>
<tr>
<td>Cu (10 nm)/Al (1 nm)</td>
<td>0.11 (±0.16)</td>
</tr>
</tbody>
</table>

FIG. 3. Spin accumulation at the surface of the 10 nm Pt sample as a function of the delay of the laser pulse relative to the 2 ns current pulse. The “zero” time delay is arbitrary. The current magnitude was estimated from the voltage signal across the sample contacts and separate measurement of the sample resistance.

Under this assumption, for a spin accumulation of opposite orientation on both interfaces as expected for spin-Hall effect, the SHG fields from the top and bottom interfaces should add constructively. This then implies the observed increase in the absolute value of the asymmetry in thinner films as we are more sensitive to the bottom interface as a result of decreased absorption through the film. Quantitative modeling of the effects of multiple reflections of both the fundamental and second harmonic fields in the multilayer structure is currently in progress and will be published separately. The competition between the spin-Hall and the Rashba effects in contributing to the surface magnetization may also play a role in determining the thickness dependence of the normalized magnetic asymmetry. The ability of our technique to directly measure the spin accumulation at the normal metal surface independently of effective torques on a ferromagnetic layer in contact with the normal metal will be of great value in helping to identify the relative roles of spin-Hall and Rashba effects in various device structures. This will be the subject of future work.

The experiments described above confirm that MSHG is an effective technique to detect spin accumulation with an improved signal to noise ratio compared with MOKE.18 We then studied the time dynamics of the spin accumulation in the 10 nm Pt sample using a unipolar 2 ns wide current pulse. The voltage pulse waveform was measured across the sample contacts with an RF active probe, and the current waveform is estimated based on the measured resistance of the sample. The relative time of arrival of the laser and current pulses at the sample were varied using an electronic delay generator, and at each delay time, the magnetic asymmetry was measured. The results are shown in Fig. 3. Within the observed noise level, the spin accumulation pulse is seen to follow the current pulse on the time scale of ~200 ps. Similar results were observed in the 20 nm Pt film. We can therefore conclude that the MSHG is suitable for time-
dependent studies of the current induced spin accumulation. Experiments with higher time resolution are in progress.

To summarize, we have shown that the magnetization-induced second harmonic generation is a promising technique to detect and probe the current induced spin accumulation at the surface of metallic thin films. We have verified that the spin accumulation is perpendicular to the direction of flow of charge current and that the measured magnetic asymmetry signal due the spin accumulation scales with the dependence of second harmonic count rate on the incident laser flux and for photon counting statistics, for a 10 nm Pt film.

This work was supported by the National Science Foundation Center for Energy Efficient Electronics Science; C-SPIN: one of the six SRC STARnet Centers, sponsored by MARCO and DARPA; and U.S. Department of Energy, Office of Science, Office of Basic Energy Sciences under Award No. DE-SC0012371. We also wish to acknowledge the fabrication facilities at the Marvell Nanofabrication Laboratory, University of California, Berkeley.


23See supplementary material at http://dx.doi.org/10.1063/1.4933094 for dependence of second harmonic count rate on the incident laser flux and for photon counting statistics, for a 10 nm Pt film.